Key indicators: single-crystal X-ray study; T = 298 K; mean (C-C) = 0.007 Å; R factor = 0.027; wR factor = 0.057; data-to-parameter ratio = 15.4.
In the title compound, [CdI 2 (C 18 H 12 N 6 S 2 )] n , the 4,4 0 -di-4-pyridyl-2,2 0 -disulfanediyldipyrimidine (L) ligand bridges two Cd II centers, forming polymeric zigzag chains extending along the b axis. The Cd II ions are coordinated by two N atoms from two L ligands and two iodide anions in a distorted tetrahedral geometry. 
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Data collection
Bruker the C-S-S-C torsion angle is 84.1 (2)°.
Experimental
Slowly added is the CH 2 Cl 2 (5 ml) solution of ligand L (0.1 mmol) into the CdI 2 (0.1 mmol) solution in methanol (10 ml).
The mixture was kept on standing for three days to give single crystals suitable for X-ray diffraction analysis.
Refinement
All H atoms were positioned geometrically and allowed to ride on their parent atoms, with C-H = 0.93 Å and Uiso(H) = 1.2Ueq(C).
Figures Fig. 1 . The coordination environment of the Cd II center in the title compound with 30% probability displacement ellipsoids. Unlabelled atoms are related with the labelled ones by symmetry operation (x, y + 1, z). H atoms omitted for clarity.
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